Oxidative coupling of aldehydes with alcohol for the synthesis of esters promoted by polystyrene-supported N-Heterocyclic Carbene: Unraveling the solvent effect on the catalyst behavior using NMR relaxation

DOI: 10.1021/acs.orglett.0c01188

Citation for published version (APA):
Di Carmine, G., Ragno, D., Massi, A., & D'Agostino, C. (2020). Oxidative coupling of aldehydes with alcohol for the synthesis of esters promoted by polystyrene-supported N-Heterocyclic Carbene: Unraveling the solvent effect on the catalyst behavior using NMR relaxation. Organic Letters, 22(13), 4927–4931. https://doi.org/10.1021/acs.orglett.0c01188

Published in:
Organic Letters

Citing this paper
Please note that where the full-text provided on Manchester Research Explorer is the Author Accepted Manuscript or Proof version this may differ from the final Published version. If citing, it is advised that you check and use the publisher's definitive version.

General rights
Copyright and moral rights for the publications made accessible in the Research Explorer are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

Takedown policy
If you believe that this document breaches copyright please refer to the University of Manchester’s Takedown Procedures [http://man.ac.uk/04Y6Bo] or contact uml.scholarlycommunications@manchester.ac.uk providing relevant details, so we can investigate your claim.

Download date: 13. Jul. 2021
Oxidative Coupling of Aldehydes with Alcohol for the Synthesis of Esters Promoted by Polystyrene-Supported N-Heterocyclic Carbene: Unraveling the Solvent Effect on the Catalyst Behavior Using NMR Relaxation

Graziano Di Carmine, Daniele Ragno, Alessandro Massi, and Carmine D’Agostino*

ABSTRACT: Heterogeneous organocatalysts hold great potential as they offer practical advantages in terms of purification and reusability compared with the homogeneous counterpart. A puzzling aspect is the solvent effect on their catalytic performance. Here we propose a new approach whereby $T_1/T_2$ NMR relaxation measurements are used to evaluate the strength of solvent–surface interactions in the polystyrene-supported N-heterocyclic carbene-promoted oxidation of aldehydes. The results reveal that solvents with high surface affinity lead to a decrease in catalyst activity.

Preparation of esters plays a crucial role in the synthesis of chemicals of interest for both academia and industry due to their ubiquitous presence in natural products and polymers as well as APIs (active pharmaceutical ingredients). Traditional routes involve toxic coupling reagents, and their use leads to the production of hazardous waste. Nevertheless, in the past decade, the demand of green protocols in response to the more stringent environmental regulations has encouraged chemists to develop new sustainable methods for the preparation of aldeydes into esters employing a triazolium salt supported on polystyrene for this purpose. Subsequently, the same authors presented the esterification of glycerol and solketal employing the strategy adopted by Sundén, using a simple triazolium salt supported on polystyrene for this purpose. Subsequently, the same authors presented the oxidation of 5-hydroxymethylfurfural (5-HMF).

Unfortunately, in organocatalysis a higher catalytic loading is required to efficiently promote the reaction, compared to that for metal catalysis, making this protocol less attractive for industrial purposes.

The most promising approach to overcome this drawback encountered in the homogeneous catalytic process is that of anchoring the catalyst onto an insoluble support and reusing the catalyst several times after a simple filtration. In addition, this approach has the potential to increase the sustainability of the process by facilitating catalyst separation, for example, by avoiding energy-intensive distillation procedures, which can in some cases make catalyst recovery unfeasible. In this context, Massi and co-workers reported the esterification of glycerol and solketal employing the strategy adopted by Sundén, using a simple triazolium salt supported on polystyrene for this purpose. Subsequently, the same authors presented the oxidation of 5-hydroxymethylfurfural (5-HMF).

Unlike homogeneous organocatalytic processes, the behavior of organocatalysts immobilized over a solid support, that is, heterogeneous organocatalysts, still remains puzzling, and this has limited their use and development both in academia and industry, relative to their homogeneous counterparts. New experimental protocols, in addition to the existing ones, are

Received: April 3, 2020
Published: May 8, 2020
needed to gain new insights into the behavior of such materials, if they are to be developed as alternative, greener catalysts. In particular, unlike reactions in the presence of homogeneous organocatalysts, reactions over solid heterogeneous organocatalysts can be significantly affected by diffusion and adsorption behavior of reaction species over the surface. Yet, the influence of these aspects in heterogeneous organocatalysis remains unexplored. In recent years, NMR relaxation time measurements have emerged as a promising method to investigate and evaluate the adsorption behavior of molecules over porous materials due to the noninvasive nature and the fast acquisition time of the methodology. It was demonstrated that the $T_1/T_2$ ratio can be used as a robust indicator of an activation energy for surface diffusion, which is intrinsically linked to the strength of molecule–surface interactions. In particular, a higher $T_1/T_2$ ratio indicates a stronger interaction with the surface. $T_1/T_2$ measurements have also been applied by Habina et al. to different systems, such as studies of surface interactions in oil and gas shales. In a recent work carried out by D’Agostino and Gladden, NMR $T_1−T_2$ experiments were successfully used to explain the size effect of gold (Au) nanoparticles on glycerol adsorption over Au/TiO$_2$ catalysts. Subsequently, these authors applied the same method to rationalize the inhibition effect of additives on catalyst activity in the oxidation of glycerol promoted by Au/TiO$_2$ catalyst and to explain the solvent effect in aerobic oxidations of polyols over Au/TiO$_2$ catalysts.

Prompted by these studies conducted over purely heterogeneous inorganic catalysts, we have envisaged that NMR relaxation techniques could play a significant role in starting to unravel the behavior of organocatalysts immobilized over solid surfaces, with solvent effects being among key aspects to understand in these materials. The role of solvent on the reaction rate is well-known, and it can be manifested in several ways: polar solvents may stabilize TSs (transition states) if they are characterized by charge separation; in addition, the polarity of the medium strongly influences the performance of acid–base reactions, and in metal catalysis, solvents can compete with the substrate in the complexation step, affecting the reaction rate dramatically. Even though several studies have been performed to investigate the solvent effect in heterogeneous catalysis, only inorganic supports have been investigated. Marchi and co-workers disclosed the solvent effect in the hydrogenation of acetophenone promoted by Ni/SiO$_2$ and they found a correlation between the solvent adsorption energy and the reaction rate concluding that the adsorption of the solvent molecules on the surface may partially block the active sites.

While it is clear that efforts have been made to understand solvent effects in traditional metal-supported catalysts, insights into solvent effects in organocatalysts supported on solids have remained elusive. Herein, we present new insights into how the type of solvent can affect reactivity in heterogeneous organocatalysis. In particular, NMR relaxation time measurements have been used to probe the strength of surface interactions of several solvents over a polystyrene-supported triazolium salt (NHC). In addition, NMR diffusion measurements have also been performed to assess the presence of any mass transport limitations affecting the process.

As we were interested in studying the oxidation of aldehydes into the corresponding esters through heterogeneous NHC catalysis, we chose the reaction between 2-chlorobenzaldehyde 1 and methanol 2 as a benchmark reaction because of its simple monitoring by NMR spectroscopy. The quinone oxidant 4 has been selected as the oxidant for the process and DBU (1,5-diazabiciclo[5.4.0]undec-7-ene) as the base necessary to activate the triazolium salts (as homogeneous catalyst, C, and the same salt immobilized over polystyrene, PS1) into the corresponding NHC in situ. The polystyrene-supported triazolium salt PS1 was selected as the catalyst due to its well-known broad compatibility in oxidative NHC catalysis, and it was prepared following a previously reported protocol. The average pore size of the porous matrix of this material is approximately 5.4 nm (see Supporting Information, page S2, for details). A homogeneous version of the reaction was performed under the same conditions using the analogous triazolium salt in solution, C. Several solvents were used, with different features (results summarized in Table 1). THF

| catalyst | solvent | TOF $^{11}$ |
|----------|---------|-------------|
| C        | THF     | (1.56 ± 0.04) $\times 10^{-4}$ |
| PS1      | THF     | (1.51 ± 0.04) $\times 10^{-4}$ |
| C        | DMF     | (4.00 ± 0.10) $\times 10^{-4}$ |
| PS1      | DMF     | (3.33 ± 0.08) $\times 10^{-4}$ |
| C        | DCM     | (2.13 ± 0.05) $\times 10^{-4}$ |
| PS1      | DCM     | (1.91 ± 0.05) $\times 10^{-4}$ |
| C        | toluene | (5.28 ± 0.13) $\times 10^{-4}$ |
| PS1      | toluene | (3.11 ± 0.08) $\times 10^{-4}$ |
| C        | cyclohexane | (2.78 ± 0.07) $\times 10^{-4}$ |
| PS1      | cyclohexane | (1.39 ± 0.03) $\times 10^{-4}$ |

$^{a}$Reaction conditions: Aldehyde 1 (0.5 mmol), alcohol 2 (1.0 mmol), 4 (0.5 mmol), C or PS1 (12.5 $\mu$mol), DBU (0.05 mmol), diphenyl ether (0.5 mmol) as internal standard for the NMR yield quantification using a 300 MHz Gemini Varian spectrometer, solvent (4.0 mL). $^{b}$Turnover frequency (TOF) in $s^{-1}$.
Table 2. TOF Ratio between Heterogeneous and Homogeneous Oxidative Coupling by NHC

| solvent    | TOF_{heter}/TOF_{hom} |
|------------|------------------------|
| THF        | 0.97 ± 0.03            |
| DMF        | 0.83 ± 0.02            |
| DCM        | 0.90 ± 0.03            |
| toluene    | 0.59 ± 0.02            |
| cyclohexane| 0.50 ± 0.02            |

From the data in Table 2, it is possible to observe that a similar reactivity is observed for polar solvents (THF, DMF, DCM) when comparing the heterogeneous reaction with the homogeneous one. This finding is of high relevance as it is often the case that the reactivity of heterogeneous organocatalysts is much lower than that of the homogeneous counterpart, whereas in this case, for those solvents, a comparable reactivity is observed. The drop in TOF ratio appears more remarkable for the slightly polar solvent toluene and for the nonpolar solvent cyclohexane. Scheme 1 shows the general accepted mechanism for the oxidation of aldehydes promoted by NHC and an external oxidant. The Breslow intermediate is the key species involved in the redox step, and it is generated through the nucleophilic addition of the in situ formed catalyst act-PS1. The catalytic species involved in the process is act-PS1, whereas PS1 is the protonated form in which usually the catalyst is stored for stability purposes. To switch from PS1 to act-PS1 in situ, a base such as DBU is required. For the NMR experiments, as we were interested in investigating the physical behavior of act-PS1, because it is the active form, we treated the precatalyst with a strong base in excess (NaH) before the preparation of the NMR samples (see Supporting Information for details).

The activated polystyrene-supported catalyst was soaked in anhydrous solvent for 24 h to allow full saturation of the pores. After this time, the catalyst particles were put onto a presoaked filter paper, the external surface of the catalyst particles was dried to remove any excess bulk solvent around the particles, and the solid was then transferred into a 5 mm NMR tube. The spin–lattice relaxation time, $T_1$, was measured using an inversion recovery pulse sequence, and the transverse relaxation time, $T_2$, was measured with the CMPG pulse sequence (see Supporting Information for details on acquired NMR relaxation data and fitting of the data). $T_1/T_2$ values are summarized in Table 3.

Table 3. Values of $T_1/T_2$ Ratio of Solvents in the Polystyrene-Supported NHC Catalyst Used in This Work

| solvent    | $T_1/T_2$     |
|------------|---------------|
| THF        | 2.39 ± 0.07   |
| DCM        | 2.94 ± 0.09   |
| DMF        | 3.11 ± 0.09   |
| toluene    | 3.97 ± 0.12   |
| cyclohexane| 4.61 ± 0.14   |

For fast tumbling bulk liquids, such as the solvents used in this work, single values of $T_1$ and $T_2$ are higher than for liquids confined in porous materials, and it is well-known that $T_1/T_2 \approx 1$, as also suggested by the theory.20 Aksnes and Gjerda have reported a $T_1$ significantly different from $T_2$ for bulk cyclohexane, although this was measured at 400 MHz.21 We note here that while the $T_1$ of bulk liquids at room temperature does not depend on frequency,22 the behavior of $T_2$ is more complex as it is affected by frequency as well as scalar coupling.23 Previous experimental results at frequencies below 400 MHz have shown that for cyclohexane $T_1 = T_2 = 2.9 \pm 0.04$ s, which is in agreement with the value of 2.8 s reported here (see Supporting Information, Table S14). We also note that in our case, NMR relaxation times of the bulk liquid are not necessary for our analysis, which is based on the $T_1/T_2$ of solvents confined in the porous matrix of the catalyst. It is important to highlight here that while single values of relaxation times can be affected by several factors other than the surface influence, such as amount of bulk liquid, degree of pore saturation, and specific surface area of contact, the $T_1/T_2$ ratio is to a large extent not affected by these factors and is a more direct and robust indication of the influence of surface interactions.13a In particular, as mentioned above, the $T_1/T_2$ ratio value is related to the surface–molecule energy interaction. Higher $T_1/T_2$ values indicate a stronger affinity of the solvent for the surface, and in our case this occurs for the less polar solvents; this is expected due to the hydrophobic nature of the matrix, which leads to preferential interactions with the less polar solvents. The results reported here give experimental evidence of such effects and provide quantitative metrics to assess them. Diffusion measurements were also performed in order to assess the influence of the pore diffusion on reaction rate, in addition to solvent adsorption effects. The Weisz–Prater criterion was applied to estimate the presence of diffusion limitation. In all cases, the calculated values were below 1; hence pore diffusion limitation can be excluded (see Supporting Information for more details).24

A plot of the TOF ratio versus $T_1/T_2$ of the solvent is shown in Figure 1, and it clearly depicts a remarkable trend showing that solvents with higher affinity for the surface result in lower catalytic activity. This strongly suggests that the decrease in catalytic activity is closely related to a stronger surface affinity of the solvent, which inhibits reactivity by preventing access of reactant molecules to the catalytic sites over the surface. A similar effect has been reported for metal/support catalysts used in oxidation of diols using NMR spectroscopic analysis,25 and here, for the first time, we observe a similar effect on immobilized organocatalysts. This suggests that solvent selection is a key parameter to consider when optimizing and developing such materials. It is important to highlight that...
other effects may affect reactivity, most notably diffusion and transition state stabilization; however, as previously discussed, based on our calculations and considerations, such effects have already been ruled out. Hence, the results shown here demonstrate that the solvent interaction with the catalyst surface plays a key role in determining catalyst activity.

In conclusion, we have used NMR relaxation and diffusion studies coupled with reaction screening to rationalize for the approach. The initial studies in the near future by our group in order to expand this promoted by NHC as a model reaction. Other systems will be oxidative coupling of 2-chlorobenzaldehyde with methanol reaction rate of immobilized organocatalysts, using the solid line is a linear fit, which represents a guide for the eyes.

The Supporting Information is available free of charge at https://pubs.acs.org/10.1021/acs.orglett.0c01188. The authors declare no competing financial interest.

ACKNOWLEDGMENTS

We acknowledge the EPSRC, grant no. EP/S019138/1, for funding the research activities carried out for this work. We also acknowledge Dr. Andy York from Johnson Matthey for the fruitful discussions and Gianluca Mazzolani for his help on the graphical work.

REFERENCES

(1) Gaspa, S.; Porcheddu, A.; De Luca, L. Recent developments in oxidative esterification and amidation of aldehydes. Tetrahedron Lett. 2016, 57, 3433.
(2) Sheldon, R. A. Metrics of Green Chemistry and Sustainability: Past, Present, and Future. ACS Sustainable Chem. Eng. 2018, 6, 32.
(3) Davis, S. E.; Idle, M. S.; Davis, R. J. Selective oxidation of alcohols and aldehydes over supported metal nanoparticles. Green Chem. 2013, 15, 17.
(4) De Sarkar, S.; Biswas, A.; Samanta, R. C.; Studer, A. Catalysis with N-Heterocyclic Carbenes under Oxidative Conditions. Chem. - Eur. J. 2013, 19, 4664.
(5) (a) Guin, J.; De Sarkar, S.; Grime, S.; Studer, A. Biomimetic carbene-catalyzed oxidations of aldehydes using TEMPO. Angew. Chem., Int. Ed. 2008, 47, 8727. (b) Maki, B. E.; Chan, A.; Phillips, E. M.; Scheidt, K. A. Tandem Oxidation of Allylic and Benzylic Alcohols to Esters Catalyzed by N-Heterocyclic Carbene. Org. Lett. 2007, 9, 371. (c) De Sarkar, S.; Grime, A.; Studer, A. NHC Catalyzed Oxidations of Aldehydes to Esters: Chemo-Selective Acylation of Alcohols in Presence of Amines. J. Am. Chem. Soc. 2010, 132, 1190–1191. (d) Di Carmine, G.; Ragno, D.; Brandolese, A.; Bortolini, O.; Pecorari, D.; Sabuzi, F.; Mazzanti, A.; Massi, A. Enantioselective Desymmetrization of 1,4-Dihydropyridines by Oxidative NHC Catalysis. Chem. - Eur. J. 2019, 25, 7469. (e) Ragno, D.; Di Carmine, G.; Brandolese, A.; Bortolini, O.; Giovannini, P. P.; Fantin, G.; Bertoldo, M.; Massi, A. Oxidative NHC-Catalysis as Organocatalytic Platform for the Synthesis of Polyether Oligomers by Step-Growth Polymerization. Chem. - Eur. J. 2019, 25, 14701.
(6) (a) Shinkai, S.; Yamashita, T.; Kusano, Y.; Yanabe, O. Facile oxidation of aldehydes and α-keto acids as catalyzed by flavin and thiazolium ion. Tetrahedron Lett. 1980, 21, 2543. (b) Tam, S.; Jimenez, L.; Diederich, F. One pot synthesis of aromatic methyl esters by electrochemical oxidation of aldehydes mediated by bisoxygen catalyst. J. Am. Chem. Soc. 1992, 114, 1503.
(7) Axelsson, A.; Hammardvig, E.; Ta, L.; Sundén, H. Asymmetric aerobic oxidative NHC-catalysed synthesis of dihydropropanones utilising a system of electron transfer mediators. Chem. Commun. 2016, 52, 11571.
(8) Gruttadauria, M.; Giacalone, F.; Noto, R. Supported proline and proline-derivatives as recyclable organocatalysts. Chem. Soc. Rev. 2008, 37, 1666.
(9) Ragno, D.; Brandolese, A.; Urbani, D.; Di Carmine, G.; De Risi, C.; Bortolini, O.; Giovannini, P. P.; Massi, A. Esterification of glycerol.
and solketal by oxidative NHC-catalysis under heterogeneous batch and flow conditions. React. Chem. Eng. 2018, 3, 816.
(10) Brandolese, A.; Ragnò, D.; Di Carmine, G.; Bernardi, T.; Bortolini, O.; Giovannini, P. P.; Pandoli, O. G.; Altomare, A.; Massi, A. Aerobic oxidation of 5-hydroxymethylfurfural to 5-hydroxymethyl-2-furancarboxylic acid and its derivatives by heterogeneous NHCh-catalysis. Org. Biomol. Chem. 2018, 16, 9555.
(11) Selected reviews on heterogeneous organocatalysis: (a) Atodirese, I.; Vila, C.; Rueping, M. Asymmetric Organocatalysis in Continuous Flow: Opportunities for Impacting Industrial Catalysis. ACS Catal. 2015, 5, 7972. (b) Savateev, A.; Antonietti, M. Heterogeneous Organocatalysis for Photoredox Chemistry. ACS Catal. 2018, 8, 9790. (c) Corra, A.; Garcia, H. Silica-Bound Homogenous Catalysts as Recoverable and Reusable Catalysts in Organic Synthesis. Adv. Synth. Catal. 2006, 348, 1391. (d) Bartók, M. Advances in Immobilized Organocatalysts for the Heterogeneous Asymmetric Direct Aldol Reactions. Catal. Rev.: Sci. Eng. 2015, 57, 192. Rostamnia, S.; Doustkhah, E. Nanoporous silica-supported Relaxation Correlations. J. Phys. Chem. C 2014, 118, 20458. (e) Aksnes, D. W.; Laycock, L. N. Molecular sieve and molecular sieve catalysts: a heterogeneous and green hybrid catalyst for organic transformations. RSC Adv. 2014, 4, 28238.
(12) (a) Weber, D.; Mitchell, J.; McGregor, J.; Gladden, L. F. Comparing Strengths of Surface Interactions for Reactants and Solvents in Porous Catalysts Using Two-Dimensional NMR Relaxation Correlations. J. Phys. Chem. C 2009, 113, 6610. (b) Krzyżak, A. T.; Habina, I. Low field 1H NMR characterization of mesoporous silica MCM-41 and SBA-15 filled with different amount of water. Microporous Mesoporous Mater. 2016, 231, 230. (c) Aksnes, D. W.; Farland, K.; Kimyts, L. 1H and 2H NMR studies of cyclohexane nanocrystals in controlled pore glasses. J. Mol. Struct. 2004, 708, 23.
(13) (a) D‘Agostino, C.; Mitchell, J.; Mantle, M. D.; Gladden, L. F. Interpretation of NMR Relaxation as a Tool for Characterising the Adsorption Strength of Liquids inside Porous Materials. Chem. - Eur. J. 2014, 20, 13009. (b) Habina, I.; Radzik, N.; Topór, T.; Krzyżak, A. T. Insight into oil and gas-shales compounds signatures in low field 1H NMR and its application in porosity evaluation. Microporous Mesoporous Mater. 2017, 252, 37.
(14) D‘Agostino, C.; Brett, G.; Divitini, G.; Ducati, C.; Hutchings, G. J.; Mantle, M. D.; Gladden, L. F. Increased Affinity of Small Gold Particles for Glycerol Oxidation over Au/TiO2 Probed by NMR Relaxation Methods. ACS Catal. 2017, 7, 4235.
(15) D‘Agostino, C.; Armstrong, R. D.; Hutchings, G. J.; Gladden, L. F. Product Inhibition in Glycerol Oxidation over Au/TiO2 Catalysts Quantified by NMR Relaxation. ACS Catal. 2018, 8, 7334.
(16) (a) D‘Agostino, C.; Kotionova, T.; Mitchell, J.; Miedziak, P. J.; Knight, D. W.; Taylor, S. H.; Hutchings, G. J.; Gladden, L. F.; Mantle, M. D. Solvent Effect and Reactivity Trend in the Aerobic Oxidation of 1,3-Propanediols over Gold Supported on Titania: NMR Diffusion and Relaxation Studies. Chem. - Eur. J. 2013, 19, 11725. (b) D‘Agostino, C.; Brett, G. L.; Miedziak, P. J.; Knight, D. W.; Hutchings, G. J.; Gladden, L. F.; Mantle, M. D. Understanding the Solvent Effect on the Catalytic Oxidation of 1,4-Butanediol in Methanol over Au/TiO2 Catalyst: NMR Diffusion and Relaxation Studies. Chem. - Eur. J. 2012, 18, 14426.
(17) (a) Scalambra, F.; Holzmann, N.; Bernasconi, L.; Imberti, S.; Romerosa, A. Water Participation in Catalysis: An Atomistic Approach to Solvent Effects in the Catalytic Isomerization of Allylic Alcohols. ACS Catal. 2018, 8, 3812. (b) Satpathy, L.; Sahu, P. K.; Behera, P. K.; Mishra, B. K. Solvent Effect on the Potential Energy Surfaces of the F⁻ + CH₂Br Reaction. J. Phys. Chem. A 2018, 122, 5861. (c) Dyson, P. J.; Jessop, P. G. Solvent effects in catalysis: rational improvements of catalysts via manipulation of solvent interactions. Catal. Sci. Technol. 2016, 6, 3302.
(18) (a) Bertero, N. M.; Trasarti, a. F.; Apesteguia, C. R.; Marchi, A. J. Solvent effect in the liquid-phase hydrogenation of acetoephene over Ni/SiO2: A comprehensive study of the phenomenon. Appl. Catal., A 2011, 394, 228. (b) Wang, S.; Ge, B.; Yin, Y.; Wu, X.; Zhu, H.; Yue, Y.; Bai, Z.; Bao, X.; Yuan, P. Solvent effect in heterogeneous catalytic selective hydrogenation of nitrile butadiene rubber: relation-

https://dx.doi.org/10.1021/acs.orglett.0c01188
Org. Lett. 2020, 22, 4927−4931